Effect of hydrogel-based antibiotic intracanal medicaments on crown discoloration

Rayan B. Yaghmoor 1,2*, Jeffrey A. Platt 2, Kenneth J. Spolnik 3, Tien Min Gabriel Chu 2, Ghaeth H. Yassen 2,4

1Department of Restorative Dentistry, College of Dental Medicine, Umm Al-Qura University, Makkah, Saudi Arabia
2Department of Biomedical Sciences and Comprehensive Care, Indiana University School of Dentistry, Indianapolis, IN, USA
3Department of Endodontics, Indiana University School of Dentistry, Indianapolis, IN, USA
4Department of Endodontics, Case School of Dental Medicine, Cleveland, OH, USA

ABSTRACT

Objectives: This study evaluated the effects of low and moderate concentrations of triple antibiotic paste (TAP) and double antibiotic paste (DAP) loaded into a hydrogel system on crown discoloration and explored whether application of an adhesive bonding agent prevented crown discoloration.

Materials and Methods: Intact human molars ($n = 160$) were horizontally sectioned 1 mm apical to the cementoenamel junction. The crowns were randomized into 8 experimental groups (calcium hydroxide, Ca[OH]2; 1, 10, and 1,000 mg/mL TAP and DAP; and no medicament). The pulp chambers in half of the samples were coated with an adhesive bonding agent before receiving the intracanal medicament. Color changes ($\Delta E$) were detected by spectrophotometry after 1 day, 1 week, and 4 weeks, and after 5,000 thermal cycles, with $\Delta E = 3.7$ as a perceptible threshold. The 1-sample $t$-test was used to determine the significance of color changes relative to 3.7. Analysis of variance was used to evaluate the effects of treatment, adhesive, and time on color change, and the level of significance was $p < 0.05$.

Results: Ca(OH)$_2$ and 1 and 10 mg/mL DAP did not cause clinically perceivable tooth discoloration. Adhesive agent use significantly decreased tooth discoloration in the 1,000 mg/mL TAP group up to 4 weeks. However, adhesive use did not significantly improve coronal discoloration after thermocycling when 1,000 mg/mL TAP was used.

Conclusions: Ca(OH)$_2$ and 1 and 10 mg/mL DAP showed no clinical discoloration. Using an adhesive significantly improved coronal discoloration up to 4 weeks with 1,000 mg/mL TAP.

Keywords: Discoloration; Immature tooth; Intracanal medicaments; Regenerative endodontic

INTRODUCTION

Endodontic regeneration (ER) is the most recent treatment option for immature teeth with pulpal necrosis. ER requires effective disinfection of the root canal, which can be achieved through irrigation solutions and intracanal medicaments [1-6]. Various intracanal medicaments have been advocated for use in ER, including calcium hydroxide (Ca[OH]$_2$), triple antibiotic paste (TAP) (equal amounts of metronidazole, ciprofloxacin,
Several studies have demonstrated clear evidence of significant tooth discoloration after TAP application [11-13]. Furthermore, the discoloration was mainly attributed to the presence of minocycline within TAP rather than the metronidazole or ciprofloxacin [11,13,14]. Therefore, some studies suggested sealing the dentine within the pulp chamber with dental adhesive before TAP application [13,15,16]. Other studies recommended using minocycline-free antibiotic medicaments such as DAP, or replacing the minocycline present in TAP with non-tetracycline antibiotics [12,14]. Indeed, recent studies demonstrated that the application of DAP or Ca(OH)2 did not cause any significant tooth discoloration [14,17]. However, other studies have shown that Ca(OH)2 and high concentrations of DAP can also lead to significant tooth discoloration [18-20]. Minocycline was proposed to chemically bind into dentine and enamel via Ca2+ chelation [21]. In contrast, Ca2+ ions dissociated from Ca(OH)2 were suggested to physically incorporate within dentinal tubules and react with hydroxyapatite-forming crystals to form white or yellow color changes in teeth [19].

Multiple studies have recommended using low antibiotic concentrations to minimize the discoloration effect and optimize the biological environment within the root canal system [22-26]. Loading low antibiotic concentrations into a methylcellulose hydrogel system was proposed to offer an injectable version of these intracanal medicaments with controlled concentrations in an attempt to create a biocompatible delivery system [25,27,28]. However, no previous study has explored the ability of these hydrogel systems loaded with low concentrations of DAP or TAP to induce tooth discoloration. The aim of this study was to evaluate the effects of medium and low concentrations of TAP and DAP (1 and 10 mg/mL) loaded into an aqueous methylcellulose system on crown discoloration and explore the ability of a 1-step self-etch adhesive bonding agent to prevent crown discoloration. The null hypothesis was that low and medium concentrations of hydrogel-based DAP and TAP medicaments would cause clinically perceivable tooth discoloration at all measured time points regardless of the use of an adhesive bonding agent.

**MATERIALS AND METHODS**

**Sample preparation**

Intact human third molars, free of cracks, fractures, caries, abrasions, and visible discoloration \((n = 160)\), were selected following local Institutional Review Board (IRB) guidelines (IRB # 1408889870). The teeth were stored at 4°C in 0.1% thymol solution and were used no more than 6 months after extraction [29,30]. Soft tissue was removed by hand scaling and polishing performed by a lab-polishing machine (Handler, Westfield, NJ, USA) with pumice (Henry Schein, Melville, NY, USA). Teeth were horizontally sectioned 1 mm apical to the buccal cementoenamel junction using a water-cooled low-speed diamond saw (Buehler, Lake Bluff, IL, USA) to create crowns with a 1 mm extension to the roots. Access cavity preparation was not performed and pulpal tissues were removed with a spoon excavator. Additionally, the internal axial walls of the pulp chambers were mechanically debrided through retrograde access by using an ultrasonic endo tip #3 (ProUltra, Dentsply, Johnson City, TN, USA) attached to an endodontic ultrasonic (ASI, Englewood, CO, USA). Then, 5 mL of 1.5% sodium hypochlorite (NaOCl) followed by 5 mL of 17% ethylenediaminetetraacetic acid (EDTA) (Vista, Racine, WI, USA) was used to rinse each...
pulp chamber using 27-gauge needles. Finally, each pulp chamber was irrigated with 5 mL of sterile water for 1 minute. Molar human teeth rather than anterior teeth were used to enhance the selection process of intact human teeth with no discoloration and improve the ability to remove all pulpal tissue from the retrograde access without the need for the traditional access opening, which can interfere with color measurements.

Samples were randomly divided into 8 groups based on the type and concentration of intracanal medicament (n = 20 per group): a no-treatment control group, Ca(OH)$_2$, a typical clinical concentration of TAP (1,000 mg/mL), a medium concentration of TAP (10 mg/mL), a low concentration of TAP (1 mg/mL), a typical clinical concentration of DAP (1,000 mg/mL), a medium concentration of DAP (10 mg/mL), and a low concentration of DAP (1 mg/mL). Furthermore, each group was subdivided into 2 subgroups: with and without dental adhesive (n = 10 per subgroup).

Intracanal medicament preparation
Intracanal medicaments were prepared according to previous studies [27,28]. To prepare the commonly used clinical concentration of TAP, 1,000 mg of United States Pharmacopeia grade antibiotic powders compounded with equal portions of metronidazole, ciprofloxacin, and minocycline (Champs Pharmacy, San Antonio, TX, USA) was mixed with 1 mL of sterile water. To prepare the commonly used clinical concentration of DAP, 1,000 mg of United States Pharmacopeia grade antibiotic powders compounded with equal portions of metronidazole and ciprofloxacin (Champs Pharmacy) was mixed with 1 mL of sterile water. To prepare the medium or low concentrations of antibiotic medicaments, 1,000 or 100 mg of DAP or TAP powder was dissolved independently in 100 mL of sterile water. Then, 8 g of methylcellulose powder (Methocel 60 HG, Sigma-Aldrich, St. Louis, MO, USA) was gradually added to the 100 mL solution of TAP or DAP and mixed for 60 minutes using a magnetic stir bar to obtain a final homogenous paste with a 10 mg/mL or 1 mg/mL concentration of TAP or DAP. Commercial Ca(OH)$_2$; intracanal dressing was also used (UltraCal XS, Ultradent, South Jordan, UT, USA).

Application of dental adhesive and intracanal medicaments
The internal walls of the pulp chambers for half of the samples in each group were coated with a 1-step self-etch adhesive bonding agent (G-aenial, GC, Alsip, IL, USA) before application of the intracanal medicament. The bonding agent was applied according to the manufacturer's instructions. In summary, the bonding agent was applied for 10 seconds, then air-dried for 5 seconds. Next, a light-emitting diode light-curing unit (Ivoclar Vivadent Inc., Amherst, NY, USA) was used at a distance of 1 mm for 10 seconds through the retrograde access opening. Intracanal medicaments were then delivered into the pulp chamber using 1 mL disposable syringes (BD, Franklin Lakes, NJ, USA) with intracanal capillary tips (UltraCal XS, Ultradent). All internal walls of each pulp chamber were completely covered with 0.05 mL of the corresponding intracanal medicament. After that, the retrograde access was sealed with a 2 mm thickness of A3 shade regular composite (Kerr, Orange, CA, USA) using a plastic hand instrument. The composite was applied on the external surface of the root with extreme caution to avoid pushing the composite into the pulp chamber. Each group was then incubated in 100% humidity at 37°C for 4 weeks.

After 4 weeks, the pulp chambers of all samples were re-accessed using a round diamond bur to remove the retrograde composite. The pulp chamber was then rinsed with 5 mL of 17% EDTA followed by 5 mL of sterile water through the retrograde access to remove the
intracanal medicaments. The retrograde access was then resealed with A3 shade regular composite as described earlier. All samples were then subjected to artificial aging (5,000 thermal cycles), which corresponds to approximately 6 months of *in vivo* functioning [31]. For each cycle, the samples were alternated between 2 water baths of 5°C and 55°C with a dwelling time of 30 seconds at each temperature extreme (Thermocycler, SD Mechatronik, Feldkirchen-Westerham, Germany) [32].

**Color measurements**

Color measurements were performed at the following intervals for each sample: prior to intracanal medicament application (baseline), 1 day after application, 1 week after application, and 4 weeks after application, as well as after thermo-cycling, which was performed directly after the 4-week reading point. Crown color measurements were recorded with a Spectrophotometer Vita Easyshade (Vident, Brea, CA, USA) under standard lab illuminations. To standardize the area of color measurement and the path of application of the spectrophotometer during repeated measurements, a close-fit custom-made cap with a buccal circular hole 6.2 mm in diameter was prepared using clear, soft thermoplastic sheets 2 mm thick (UltraCal XS, Ultradent). The hole was made by a Soft Tissue Puncher with a 6.2 mm diameter (Omnia Spa, Parma, Italy). The diameter of the hole matched the diameter of the spectrophotometer tip that was used for color measurement.

Each sample was mounted into its own custom-made cap before each color measurement. The device was calibrated at each time interval and the color measurements were reported by using the Commission Internationale de l’Eclairage L*a*b* system. The value of L* is lightness (from 0 [black] to 100 [white]), and the values of a* and b* are the red-green axis (from +80 [red] to −80 [green]) and the yellow-blue axis (from +80 [yellow] to −80 [blue]) in the chromaticity parameter, respectively. The mean value of 3 measurements of the total color change (ΔE) was calculated at each time interval by the spectrophotometer. ΔE describes the color difference between the time point before intracanal medicament placement and each subsequent time point measurement. The ΔE of each sample was calculated by the following equation:

\[
\Delta E = \sqrt{(\Delta L)^2 + (\Delta a)^2 + (\Delta b)^2}
\]

The proposed acceptance for color matching that was adopted in this study was 3.7 ΔE units (perceptibility threshold), beyond which the differences were considered clinically perceivable [33].

**Statistical analysis**

The 1-sample *t*-test was used to determine whether the color change for each treatment-adhesive bonding agent combination for each time point was significantly different from 3.7, the perceptibility threshold. Repeated-measures analysis of variance (ANOVA) was used to evaluate the effects of treatment, adhesive, and time on color change; 2-way and 3-way interactions were included in the model. A 5% significance level was used.

**RESULTS**

**Color change within adhesive groups**

*Figure 1A* illustrates that the 10 mg/mL DAP (*p* = 0.0218) or TAP (*p* < 0.0001), 1 mg/mL TAP (*p* = 0.0441), no treatment (*p* < 0.0001) and Ca(OH)₂ (*p* = 0.0002) groups had significantly
lower color changes than the other groups after 1 day. After 1 week, the 10 mg/mL DAP (\(p = 0.0014\)) and 1 mg/mL DAP (\(p = 0.0136\)) groups had significantly lower color changes than other groups, while the 1,000 mg/mL TAP group had significantly higher color change than all groups (\(p < 0.0001\)) (Figure 1B). The 4-week data demonstrate that the 10 mg/mL DAP (\(p = 0.0185\)) and 1 mg/mL TAP (\(p = 0.0267\)) groups had significantly lower color changes than the other groups (Figure 1C).

Following thermal cycling, the Ca(OH)\(_2\) (\(p = 0.0236\)), 1,000 mg/mL DAP (\(p < 0.0001\)), 10 mg/mL DAP (\(p = 0.0284\)) or TAP (\(p < 0.0001\)), 1 mg/mL TAP (\(p < 0.0001\)) and no treatment groups (\(p < 0.0001\)) had significantly lower color changes than other groups, while the 1,000 mg/mL TAP group had a significantly higher color change than all groups (\(p < 0.0001\)) (Figure 1D).

**Color change within non-adhesive groups**

As shown in Figure 2A, the 1 mg/mL TAP (\(p = 0.0181\)), 10 mg/mL TAP (\(p = 0.0272\)) or DAP (\(p < 0.0001\)) and no treatment groups (\(p < 0.0001\)) had significantly lower color changes than the other groups after 1 day. After 1 week, the 1 mg/mL DAP (\(p = 0.0267\)) and 10 mg/mL (\(p = 0.0482\)) DAP groups had significantly lower color changes than the other groups (Figure 2B). The 4-week data demonstrate that the 10 mg/mL DAP (\(p = 0.0185\)) and 1 mg/mL TAP (\(p =
groups had significantly lower color changes than the other groups (Figure 2C). Following thermal cycling, the 10 mg/mL DAP ($p = 0.0194$), Ca(OH)$_2$ ($p = 0.004$), and no treatment ($p = 0.0089$) groups had significantly lower color changes than the other groups (Figure 2D). At all time points, the 1,000 mg/mL TAP group had significantly higher color changes than all groups ($p < 0.0001$) (Figure 2).

The effect of adhesive on color change

Figure 3A–3C demonstrate that the 1,000 mg/mL TAP group with adhesive had significantly lower color changes than the 1,000 mg/mL TAP group with no adhesive after 1 day, 1 week, and 4 weeks ($p < 0.0001$). Furthermore, the 10 mg/mL TAP group with adhesive had significantly lower color changes than 10 mg/mL TAP with no adhesive after 1 week ($p = 0.0206$) and after thermal cycling ($p = 0.0001$) (Figure 3B and 3D). However, all other treatment groups had no significant differences in color change according to whether the adhesive was used or not ($p > 0.05$) (Figure 3).
Perceivable color change

The following treatment groups demonstrated significant increases ($p < 0.05$) and clinically perceivable color changes ($\Delta E > 3.7$): 10 mg/mL TAP with no adhesive after 1 week (Figure 2B) and after thermal cycling (Figure 2D), 1,000 mg/mL TAP with adhesive after 1 and 4 weeks as well as after thermal cycling (Figure 1B-1D), and 1,000 mg/mL TAP with no adhesive after all time points (Figure 2). Finally, the statistical analyses demonstrated no significant interactions between the tested variables (treatment, adhesive, and time) in 2-way and 3-way ANOVA.

DISCUSSION

Many factors can cause crown discoloration during or after ER. These include the types and concentrations of the intracanal medicaments, the type of intracanal cemental barrier, and the presence or absence of blood inside the root canal system [11,12,18,22,23]. This study evaluated the effects of low and moderate concentrations of TAP and DAP (1 mg/mL and 10 mg/mL) loaded into an aqueous methylcellulose system on crown discoloration with or without using an adhesive bonding agent. The use of a methylcellulose-based antibiotic...
system can facilitate the delivery and distribution of intracanal medicaments. Furthermore, it may modify the physiochemical interactions between the active antibiotic ingredients and the internal wall of dentine [28].

Our current study showed that both high and low concentrations of DAP and TAP demonstrated a significant increase in color change at the majority of time points. However, only 1,000 mg/mL TAP demonstrated consistent and significant discoloration that was clinically perceivable (ΔE > 3.7) regardless of adhesive use, which generally agrees with previous studies [13,22,34]. Therefore, the null hypothesis was rejected because the moderate and low concentrations of hydrogel-based DAP and TAP medicaments did not cause clinically perceivable tooth discoloration at all measured time points regardless of the use of an adhesive bonding agent. Instead, the low and moderate concentrations of TAP generally showed concentration dependent discoloration that was not clinically perceivable, except for 10 mg/mL TAP without adhesive following 1 week and thermal cycling. Previous studies found clinically perceivable discoloration following the use of 0.1 or 1 mg/mL TAP [22,24,35]. The lower discoloration observed in our study for 1 mg/mL TAP in comparison to previous studies could be attributed to the methylcellulose hydrogel system, which may minimize the diffusion and/or bonding of minocycline to internal dentine walls.

The vast majority of DAP groups at 1 and 10 mg/mL did not demonstrate discoloration that was clinically perceivable, in general agreement with recent studies [23,36]. However, the higher concentration of DAP caused a significant and/or clinically perceivable discoloration at some time points for both the adhesive and non-adhesive groups. Previous studies have also found that higher concentrations of DAP can lead to discoloration that is clinically perceivable [18,37]. However, the current study as well as previous studies agreed that DAP can cause significantly less discoloration than TAP [14,36]. In contrast, Ca(OH)₂ caused no clinically perceivable discoloration regardless of the use of adhesive. Previous studies have also suggested minimal or no tooth discoloration when Ca(OH)₂ was used [17,35]. It is also worth mentioning that the use of a bonding agent before Ca(OH)₂ or any tested concentration of DAP did not significantly decrease tooth discoloration at any of the tested time points.

The reasons for using the 1-step self-etch adhesive bonding agent (G-aenial) are the simplicity of the application technique, the high bond strength, and the good sealing abilities to dentine [38,39]. These abilities arise from the presence of 4-methacryloxyethyl trimellitic acid (4-META), which has a hydrophilic (carboxylic) group that is suitable for dentine bonding [39]. In addition, there are possible chemical interactions between hydroxyapatite and 4-META [40]. The additional chemical components of the G-aenial bonding agent include urethane dimethacrylates, triethylene glycol dimethacrylates, phosphoric acid ester monomer, silicon dioxide, photo-initiator, acetone, and distilled water [38,39,40]. One of the interesting findings of this study was that the use of bonding agent significantly decreased tooth discoloration in the 1,000 mg/mL TAP group up to the 4-week time point. However, the use of adhesive did not significantly improve discoloration after thermal cycling when 1,000 mg/mL TAP was used, although the use of adhesive significantly improved discoloration after thermal cycling when 10 mg/mL TAP was used. This can be explained by the ability of thermal cycling to accelerate the chemical degradation of the bonded interface, which led to diffusion of TAP into dentine. When lower concentrations of TAP are suspended within a methylcellulose hydrogel system, the ability of active ingredients to diffuse after thermal cycling could be minimized. A previous study examined the effect of DAP on tooth discoloration after a 6-month aging period [23]. Nevertheless, none of the
previous studies used a thermal cycling aging system, which is more clinically relevant. The repetitive fluctuation of temperatures during thermal cycling can accelerate the hydrolysis and breakdown of an adhesive agent. Thermal cycling can also facilitate the contraction/expansion of the adhesive agent, which eventually leads to cracks within the adhesive agent and percolation of the residual intracanal medicaments. It is worth noting that a recent study explored the ability of 2 single-step restorative materials to minimize discoloration after minocycline-based intracanal medicament [16]. The study proposed that both materials were able to minimize tooth discoloration after 4 weeks, which generally agrees with our study. Unfortunately, the study did not examine the ability of the restorative materials to minimize discoloration after long-term aging or thermal cycling.

One of the limitations of this study is that the buccal surface thickness of the crowns could not be standardized. The thickness of an object might have an effect on the diffusion and reflection of light, which may affect the color readings. In order to minimize the effect of different thicknesses in the present study, a close-fit custom-made cap was used for each sample before each color reading. In our study, we chose not to access the canal through the traditional access cavity to avoid any interference with the color measurements. Additionally, we wanted to standardize the application process of the adhesive bonding agent. If we chose not to apply the adhesive on the roof of the pulp chamber, there would have been a higher chance of application variability between samples. It is also important to note that the clinically perceivable color change point ($\Delta E = 3.7$) is not an absolute but rather an average number [33]. Therefore, there might be a possibility of clinically detectable discoloration at lower or higher values than $\Delta E = 3.7$.

**CONCLUSIONS**

Within the limitations of this study, it can be concluded that both Ca(OH)$_2$, as well as 1 or 10 mg/mL of DAP loaded into a methylcellulose system, did not cause clinically perceivable tooth discoloration. The use of a bonding agent before Ca(OH)$_2$ or any tested concentration of DAP did not significantly decrease tooth discoloration at any of the tested time points. However, the use of adhesive agent was able to significantly decrease tooth discoloration in the 1,000 mg/mL TAP group up to 4 weeks.

**REFERENCES**

1. Thibodeau B, Trope M. Pulp revascularization of a necrotic infected immature permanent tooth: case report and review of the literature. Pediatr Dent 2007;29:47-50.  
   [PUBMED]

2. Lenzi R, Trope M. Revitalization procedures in two traumatized incisors with different biological outcomes. J Endod 2012;38:411-414.  
   [PUBMED] [CROSSREF]

3. Ding RY, Cheung GS, Chen J, Yin XZ, Wang QQ, Zhang CF. Pulp revascularization of immature teeth with apical periodontitis: a clinical study. J Endod 2009;35:745-749.  
   [PUBMED] [CROSSREF]

4. Fouad AF, Verma P. Healing after regenerative procedures with and without pulpal infection. J Endod 2014;40:858-864.  
   [PUBMED] [CROSSREF]

5. Wigler R, Kaufman AY, Lin S, Steinbock N, Hazan-Molina H, Torneck CD. Revascularization: a treatment for permanent teeth with necrotic pulp and incomplete root development. J Endod 2013;39:319-326.  
   [PUBMED] [CROSSREF]
6. Law AS. Considerations for regeneration procedures. J Endod 2013;39:S44-S56.
7. Chen MY, Chen KL, Chen CA, Tayebaty F, Rosenberg PA, Lin LM. Responses of immature permanent teeth with infected necrotic pulp tissue and apical periodontitis/abscess to revascularization procedures. Int Endod J 2012;45:294-305.
8. Lovelace TW, Henry MA, Hargreaves KM, Diogenes A. Evaluation of the delivery of mesenchymal stem cells into the root canal space of necrotic immature teeth after clinical regenerative endodontic procedure. J Endod 2011;37:133-138.
9. Miller EK, Lee JY, Tawil PZ, Teixeira FB, Vann WF Jr. Emerging therapies for the management of traumatized immature permanent incisors. Pediatr Dent 2012;34:66-69.
10. Trope M. Treatment of the immature tooth with a non-vital pulp and apical periodontitis. Dent Clin North Am 2010;54:313-324.
11. Kohli MR, Yamaguchi M, Setzer FC, Karabucak B. Spectrophotometric analysis of coronal tooth discoloration induced by various bioceramic cements and other endodontic materials. J Endod 2015;41:1862-1866.
12. Lenherr P, Allgayer N, Weiger R, Filippi A, Attin T, Krastl G. Tooth discoloration induced by endodontic materials: a laboratory study. Int Endod J 2012;45:942-949.
13. Kim JH, Kim Y, Shin SJ, Park JW, Jung IY. Tooth discoloration of immature permanent incisor associated with triple antibiotic therapy: a case report. J Endod 2010;36:1086-1091.
14. Akcay M, Arslan H, Yasa B, Kavrık F, Yasa E. Spectrophotometric analysis of crown discoloration induced by various antibiotic pastes used in revascularization. J Endod 2014;40:845-848.
15. Reynolds K, Johnson JD, Cohenca N. Pulp revascularization of necrotic bilateral bicuspids using a modified novel technique to eliminate potential coronal discolouration: a case report. Int Endod J 2009;42:84-92.
16. Poly A, Marques F, Fidel SR, Monnerat AF, Sassone LM. Ability of two single-step restorative materials to avoid crown darkening caused by intracanal minocycline paste. Clin Oral Investig 2019;23:1281-1286.
17. Afkhami F, Elahy S, Nahavandi AM, Kharazifard MJ, Sooratgar A. Discoloration of teeth due to different intracanal medicaments. Restor Dent Endod 2019;44:e10.
18. Dettwiler CA, Walter M, Zaugg LK, Lenherr P, Weiger R, Krastl G. In vitro assessment of the tooth staining potential of endodontic materials in a bovine tooth model. Dent Traumatol 2016;32:480-487.
19. Kim ST, Abbott PV, McGinley P. The effects of Ledermix paste on discoloration of immature teeth. Int Endod J 2000;33:233-237.
20. Esmaeili B, Alaghehmand H, Kordafshari T, Daryakenari G, Ehsani M, Bijani A. Coronal discoloration induced by calcium-enriched mixture, mineral trioxide aggregate and calcium hydroxide: a spectrophotometric analysis. Iran Endod J 2016;11:23-28.
21. Tanase S, Tsuchiya H, Yao J, Ohmoto S, Takagi N, Yoshida S. Reversed-phase ion-pair chromatographic analysis of tetracycline antibiotics. Application to discolored teeth. J Chromatogr B Biomed Sci Appl 1998;706:279-285.
22. AlSaeed T, Nosrat A, Melo MA, Wang P, Romberg E, Xu H, Fouad AF. Antibacterial efficacy and discoloration potential of endodontic topical antibiotics. J Endod 2018;44:1110-1114.
23. Shokouhinejad N, Razmi H, Farbod M, Alikhani M, Camilleri I. Coronal tooth discoloration induced by regenerative endodontic treatment using different scaffolds and intracanal coronal barriers: a 6-month ex vivo study. Restor Dent Endod 2019;44:e25.
Antibiotic intracanal medicaments and crown discoloration

24. Shokouhinejad N, Khoshkhbounejad M, Alikhasi M, Bagheri P, Camilleri J. Prevention of coronal discoloration induced by regenerative endodontic treatment in an *ex vivo* model. Clin Oral Investig 2018;22:1725-1731.

25. Alghilan MA, Windsor LJ, Palasuk J, Yassen GH. Attachment and proliferation of dental pulp stem cells on dentine treated with different regenerative endodontic protocols. Int Endod J 2017;50:667-675.

26. Ruparel NB, Teixeira FB, Ferraz CC, Diogenes A. Direct effect of intracanal medicaments on survival of stem cells of the apical papilla. J Endod 2012;38:1372-1375.

27. Yassen GH, Eckert GJ, Platt JA. Effect of intracanal medicaments used in endodontic regeneration procedures on microhardness and chemical structure of dentin. Restor Dent Endod 2015;40:104-112.

28. Prather BT, Ehrlich Y, Spolnik K, Platt JA, Yassen GH. Effects of two combinations of triple antibiotic paste used in endodontic regeneration on root microhardness and chemical structure of radicular dentine. J Oral Sci 2014;56:245-251.

29. Humel MMC, Oliveira MT, Cavalli V, Giannini M. Effect of storage and disinfection methods of extracted bovine teeth on bond strength to dentin. Braz J Oral Sci 2016;6:1402-6.

30. Jarahi N, Borouziniat A, Jarahi L, Nejat AH. Effect of different storage solutions and autoclaving on shear bond strength of composite to dentin. J Res Med Dent Sci 2018;6:50-53.

31. Gale MS, Darvell BW. Thermal cycling procedures for laboratory testing of dental restorations. J Dent 1999;27:89-99.

32. International Organization for Standardization. ISO/TR 11405. Dental materials-guidance on testing of adhesive to tooth structure. Geneva: International Organization for Standardization; 1994. p1 - 14.

33. Johnston WM, Kao EC. Assessment of appearance match by visual observation and clinical colorimetry. J Dent Res 1989;68:819-822.

34. Fundaoğlu Küçükekenci F, Küçükekenci AS, Çakici F. Evaluation of the preventive efficacy of three dentin tubule occlusion methods against discoloration caused by triple-antibiotic paste. Odontology 2019;107:186-189.

35. Santos LG, Felippe WT, Souza BD, Konrath AC, Cordeiro MM, Felippe MC. Crown discoloration promoted by materials used in regenerative endodontic procedures and effect of dental bleaching: spectrophotometric analysis. J Appl Oral Sci 2017;25:234-242.

36. Fundaoğlu Küçükekenci F, Çakici F, Küçükekenci AS. Spectrophotometric analysis of discoloration and internal bleaching after use of different antibiotic pastes. Clin Oral Investig 2019;23:1641-67.

37. Cho WC, Kim MS, Lee HS, Choi SC, Nam OH. Pulp revascularization of a severely malformed immature maxillary canine. J Oral Sci 2016;58:205-298.

38. Tekce N, Demirci M, Tuncer S, Uysal O. Microtensile bond strength and sealing efficiency of all-in-one self-etching adhesives. Biotechnol Biotechnol Equip 2015;29:570-578.

39. Poggio C, Beltrami R, Scribante A, Colombo M, Chiesa M. Shear bond strength of one-step self-etch adhesives: pH influence. Dent Res J (Isfahan) 2015;12:209-214.

40. Sidhu SK, Omata Y, Tanaka T, Koshiro K, Spreatico D, Semeraro S, Mezzzanica D, Sano H. Bonding characteristics of newly developed all-in-one adhesives. J Biomed Mater Res B Appl Biomater 2007;80:207-303.